Magnetic susceptibility of PbSnMnTe in the transition region between ferromagnetic and spin glass phase

Published in:
Acta Physica Polonica A

Published: 01/01/1992

Document Version
Publisher’s PDF, also known as Version of Record (includes final page, issue and volume numbers)

Please check the document version of this publication:

• A submitted manuscript is the author's version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher's website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.

Link to publication

Citation for published version (APA):

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain
• You may freely distribute the URL identifying the publication in the public portal

Take down policy
If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.

Download date: 12. Sep. 2017
MAGNETIC SUSCEPTIBILITY OF PbSnMnTe
IN THE TRANSITION REGION BETWEEN
FERROMAGNETIC AND SPIN GLASS PHASE*

T. STORY, R.R. GALążKA

Institute of Physics, Polish Academy of Sciences
Al. Lotników 32/46, 02-668 Warszawa, Poland

P.J.T. Eggenkamp, H.J.M. Swagten, and W.J.M. de Jonge

Department of Physics, Eindhoven University of Technology
P.O. Box 513, 5600 MB Eindhoven, The Netherlands

The ac magnetic susceptibility ($\chi$) was measured in the temperature range $T = (1.5 \div 50)$ K for Pb$_{1-x-y}$Sn$_y$Mn$_x$Te samples with a composition $y = 0.72$, $x = 0.015 \div 0.04$ and carrier concentrations in the range $p = (2.85 \div 14) \times 10^{20}$ cm$^{-3}$. The breakdown of ferromagnetism and the formation of a spin glass phase are observed with an increasing carrier concentration. It is experimentally evidenced as continuous deviation of $\chi(T)$ from the characteristic critical behavior observed for ferromagnetic samples.

PACS numbers: 75.50.Pp, 75.50.Lk

The concentration of carriers is the basic parameter determining the magnetic properties of IV–VI semimagnetic semiconductors (diluted magnetic semiconductors). It was demonstrated [1] that Pb$_{1-x-y}$Sn$_y$Mn$_x$Te samples with the carrier concentration exceeding the threshold value $p_t \approx 3 \times 10^{20}$ cm$^{-3}$ are ferromagnetic at liquid helium temperatures. The microscopic mechanism responsible for the formation of the ferromagnetic phase is the Ruderman–Kittel–Kasuya–Yosida (RKKY) indirect interspin exchange interaction via free carriers [2, 3]. It was recently discovered [4] that this ferromagnetic order can be destroyed by the further increase of the carrier concentration beyond $p_t \approx 10^{21}$ cm$^{-3}$. In the same time both the strength of the interaction and the magnitude of the magnetic moment of manganese ions (determined from high temperature magnetic measurements) are practically unchanged. The interpretation of this effect is based on the oscillatory character of the RKKY interaction. The spin glass phase is expected to be observed whenever the mean distance between spins ($R \propto x^{-1/3}$) is larger than the distance at which the RKKY exchange integral starts to oscillate ($R_0 \propto p^{-1/3}$).

*This work is supported in part by the Committee for Scientific Research under grant 204/82/9101.
thereby introducing the competition of ferro- and antiferromagnetic interactions. When $R < R_0$ the spectrum of possible exchange interactions is dominated by ferromagnetic couplings and, consequently, the formation of the ferromagnetic phase is expected. The line separating these two regimes is determined by the condition $R = R_0$, i.e. $(p/x) = \text{const}$. The aim of this communication is to study the process of the transformation of the ferromagnetic phase to the spin glass one as a function of carrier concentration.

We performed the ac magnetic susceptibility measurements in the temperature range $T = (1.6-50)$ K. Based on the high temperature data we determine the paramagnetic Curie temperature $\theta$ — the parameter which reflects the total strength of the exchange couplings between spins. The temperature at which the ferromagnetic phase transition takes place (the ferromagnetic Curie temperature $T_C$) is determined as the point of the maximum slope of the $\chi(T)$ plot. Carrier concentration is determined by standard dc Hall effect measurements. The investigated samples cover the composition range $y = 0.72$, $x = 0.015-0.04$ and carrier concentration range $p = (2.85-14) \times 10^{20}$ cm$^{-3}$.

Fig. 1. The temperature dependence of the magnetic susceptibility of two samples of Pb$_{0.265}$Sb$_{0.72}$Mn$_{0.015}$Te: the ferromagnetic sample with the carrier concentration $p = 5.8 \times 10^{20}$ cm$^{-3}$ (circles) and the spin glass like sample with $p = 1.25 \times 10^{21}$ cm$^{-3}$ (squares). The right hand scale is for the plot of temperature dependence of the inverse magnetic susceptibility (open symbols).

Fig. 2. The temperature dependence of the magnetic susceptibility of four samples of Pb$_{0.26}$Sb$_{0.72}$Mn$_{0.02}$Te with different carrier concentrations given in the figure in units $10^{20}$ cm$^{-3}$.
The typical temperature dependence of the magnetic susceptibility of PbSnMnTe samples is presented in Fig. 1. The sample with carrier concentration \( p = 5.8 \times 10^{20} \text{ cm}^{-3} \) exhibits the ferromagnetic phase transition at \( T_C \approx 1.9 \) K slightly below the paramagnetic Curie temperature \( \theta \approx 2.15 \) K. The sample with the carrier concentration \( p = 1.25 \times 10^{21} \text{ cm}^{-3} \) does not exhibit any magnetic phase transition till \( T = 1.6 \) K, despite the fact that the RKKY exchange interaction is in this case stronger (as evidenced by the larger value of \( \theta \)). Similar effect is observed for the samples containing 2 at.% of Mn (see Fig. 2) but seems to be absent in the samples containing 4 at.% of Mn. It agrees well with the predictions of the simple model discussed above. The low temperature magnetic susceptibility of four samples of Pb\(_{0.26}\)Sn\(_{0.72}\)Mn\(_{0.02}\)Te with different carrier concentrations is presented in Fig. 2. One can notice a continuous suppression of the Curie temperature of the ferromagnetic phase transition and the onset of the formation of a spin glass like phase. The more extensive experimental studies of SnMnTe samples with the carrier concentration \( p \approx 2 \times 10^{21} \text{ cm}^{-3} \) [4] (including the measurements of specific heat and frequency dependence of magnetic properties) strongly suggest that, ultimately, a spin glass phase is observed in these crystals. The continuous character of this process is also demonstrated in Fig. 3 where both Curie temperatures are plotted versus carrier concentration. One can notice that a con-
tinuous increase in $\theta$ is accompanied by a decrease of the actual temperature of magnetic phase transition.

In conclusion, we observed experimentally a continuous process of the breakdown of the ferromagnetic order in PbSnMnTe, being replaced by a spin glass-like phase. The magnetic phase observed in the samples from the transition region cannot be described neither as ferromagnetic nor as canonical spin glass. These experimental findings confirm the interpretation of this effect based on the oscillatory character of the RKKY interaction.

References